A Review on Dicationic Ionic Liquids: Classification and Application

Asiah Nusaibah Masri, Abdul Mutalib MI and Jean-Marc Leveque*
Université Savoie Mont-Blanc Le Bourget du Lac, France

Abstract

Dicationic ionic liquids are attractive new group of ionic liquids that acquire higher melting point, wider liquid range and better thermal stability. However, the exploration made on the utilization of these dicationic ionic liquids in any application is still limited. To the best of the author’s knowledge, this is the first review article that discuss about this new type of ionic liquids. This review describes about ionic liquids in general and gives a survey on the latest developments and progress concerning dicationic ionic liquids, from their classifications and properties to their employment in many applications.

Keywords: Dication; Ionic liquids; Geminal; Symmetrical; Asymmetrical; Heteroanionic; Synthesis

Introduction

Ionic liquids (ILs) are one of the most rapidly growing areas of chemistry research on new materials investigated in the last decade. Conventionally, ILs are entirely made by cation and anion that has melting point lower than 100°C. Therefore, they usually appear as liquid under ambient condition. They are alternatives to hazardous and volatile materials owing to their unique physicochemical properties such as higher thermal stability, simple recovery process and negligible vapour pressure that eliminate problem associated with volatility and flammability [1,2]. In addition, they are often labeled as “designer solvent”, as their properties, such as polarity, hydrophobicity, solvating activity, density, melting point, viscosity and others, can be tuned to some extent by changing the cation, anion or alkyl substituents on the cation [3-5]. Figure 1 illustrates common cations and anions used to form ILs.

ILs have been widely explored in the various inter-disciplinary research areas in the field of organic synthesis, catalysis, biocatalysis, material science, separation process, sensoristics, chemical engineering, medicine, green chemistry and electrochemistry [6-10]. The synthesis of ILs can be split into two steps [11,12]: a) Formation of desired cation: The desired cation can be synthesized either through quaternization reactions of amine with a haloalkane, by the protonation of the amine by an acid or by formation of zwitterion. b) Direct combination or Anion exchange: Direct combination reaction can be performed by reacting a zwitterion carrying the desired cation with an acid carrying the desired anion. II. Anion exchange reactions can be carried out by either acid-base neutralization, anion metathesis or by treatment of halide salts with Lewis acids to form Lewis acid-based ILs. In some cases, only one step is necessary to synthesize the ILs.

Dicationic Ionic Liquids (DILS)

General ILs are composed of monocation and an anion. Recently, dicationic ionic liquids (DILs), a new category of ILs family, attracted great concern as it represents an interesting variation of the cationic partner. DILs can be classified as homoanionic dicatonic ionic liquids and heteroanionic dicationic ionic liquids. These DILs can further be categorized as symmetrical and asymmetrical DILs for both homoanionic and heteroanionic DILs.

Homoanionic dicationic ionic liquids

Homoanionic dicationic ionic liquids are quintessential (typical) types of DILs which consist of a dication and two identical anions. The subsequent sections discuss about the symmetrical and asymmetrical homoanionic DILs.

Symmetrical (geminal) dicationic ionic liquids: Symmetrical or geminal dicationic ILs can be synthesized joining two same cation candidates such as imidazolium or pyrrolidinium, which may contain cyclic or aliphatic chain, via either a rigid or a flexible spacer. Common spacer is an alkyl chain. Then, it is followed by second step of reaction of anion exchange. Some examples of symmetrical dicationic ILs are shown in Figure 2. They represent several advantages over the traditional monocationic ILs in term of thermal stability and volatility, as well as tenability of physical and chemical properties [13]. Therefore, they have good potential to be used as lubricants, solvents for high-temperature uses, gas chromatography stationary phases, separation media and catalyst for esterification and transesterification reactions [14,15].

*Corresponding author: Jean-Marc Leveque, Université Savoie Mont-Blanc Le Bourget du Lac, France, Tel: 33479758585; E-mail: jean-marc.leveque@univ-smb.fr

Received June 30, 2016; Accepted October 03, 2016; Published October 05, 2016

Citation: Masri AN, Abdul Mutalib MI, Leveque JM (2016) A Review on Dicationic Ionic Liquids: Classification and Application. Ind Eng Manage 5: 197. doi:10.4172/2169-0316.1000197

Copyright: © 2016 Masri AN, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
In 2005, Armstrong and co-workers [16] studied structure and properties relationship by synthesizing 39 imidazolium-based and pyrrolidinium-based dicationic ILs. The head groups were linked with an alkyl chain (from 3 to 12 carbons long) and hence reacted with four different traditional anions (Br, NTf2, BF4, and PF6). The thermal stability of these ILs in the range of -4 to +400°C, are found to be greater than those of most traditional monocationic ILs. Besides that, a decrease in melting point was observed when longer alkyl chains were used as spacer, which might be due to an increase in the number of closely related configurational states and possibly crystalline polymorphs for these ILs. In contrast, the density of the ILs decreased with increasing alkyl chain. However, the length of the alkyl chain did not give a significant effect on surface tension of the ILs. Instead, the increase of length of the substituted alkyl group on the imidazolium rings resulted to a decrease of the surface tension of the ILs. While the solubility of these dicationic ILs in water and heptane tend to be similar to those of the monocationic ILs, except for one case in which the dication was very hydrophobic.

In 2007, Zhang and co-workers [17] synthesized 17 ammonium-based symmetrical dicationic ILs by reacting tetramethylethylenediamine, tetramethylpropylenediamine or tetramethylhexylenediamine with 3 equivalent mole of 1-alkyl bromide by using aceton as solvent in an ice bath for 24 h. It was then followed by anion exchange with LiNTf2 at room temperature for 24 h to form dication ILs containing double NTf2 anions. The compound was precipitated as solid or phase separated as liquid, depending on the compound species. All the prepared dicationic ILs were found to be miscible in dichloromethane, in 99.7% ethanol (w/w) and in aceton. But, they were immiscible in diethyl ether and water. These dicationic ILs exhibited five different types of phase transition behaviour on heating, but they showed one stage decomposition behaviour, at a decomposition temperature range of 340-420°C. Besides that, these dicationic ILs undergo exothermic decomposition, opposed from traditional ammonium-based monocationic ILs that undergo endothermic decomposition.

In 2011, Shirota and co-workers [18] compared the properties of imidazolium-based monocationic and dicationic ILs with four anions (NTf2, NPF6, BF4, and NO3). The properties are liquid density, shear viscosity, surface tension and thermal properties such as melting point, glass transition temperature and decomposition temperature. By using the same type of anion and cation with the corresponding alkylene linker/alkyl group, the noticeable features of physical properties of the dicationic ILs compared to those of monocationic ILs are: higher density, higher glass transition temperature and melting point, higher thermal stability, larger surface tension and higher shear viscosity. In the same study, the properties of the ILs were also compared with the reference alcohols. Throughout the study, they found that the alkyl-chain-length effect on the liquids density and surface tension in the dicationic ILs were qualitatively similar to that in the alkanediols, except for the shear viscosity.

Until now, all the discussed symmetrical or geminal ILs contained short or intermediate length of substituted alkyl group on the head group in the range of 0 to 8 carbons long. The dications were simply prepared by reacting the alkyl chain (spacer candidate) with double equivalent mole of the head groups. In 2007, Ding and co-workers [19] synthesized an imidazolium-based dicationic IL containing substituted alkyl group of 14 carbons long. The synthesis process was different from the previous discussed study, where it was synthesized by elimination reaction of substituted quaternary ammonium salts. The synthesis process involves four consecutive steps as shown in Figure 3. The properties of the dicationic ILs was then compared with that of monocationic ILs with similar length of substituted alkyl group. It was found that the dicationic IL possessed higher thermal stability, lower critical micelle concentration (CMC) values and larger d-spacing of crystal structure than that of monocationic ILs. The solubility of both monocationic and dicationic ILs in nine different solvents were also investigated. It was found that both compounds were immiscible with low polarity solvents, such as toluene, cyclohexane, ethyl acetate and petroleum ether, but miscible in methanol, acetonitrile and chloroform. However, dicationic IL has lower solubility in acetone and water compared to that of monocationic IL. This might be due to more hydrophilic nature of dicationic IL.

Asymmetrical dicationic ionic liquids: Besides symmetrical or geminal dicationic ILs, asymmetrical dicationic ILs are another type of dicationic ILs which consist of different head groups of cation which are also attached via a spacer such as alkyl chain. This asymmetrical ILs can be said to have dual functionality as they have two different head groups. In 2008, Zhang and co-workers [20] synthesized two asymmetrical dicationic ILs based on both imidazolium and aliphatic ammonium as potential electrolyte additives applied to lithium secondary batteries. The asymmetrical dicationic ILs were synthesized by reacting methyl imidazole with either bromoethyl trimethyl ammonium bromide or bromopentyltrimethylammonium bromide, followed by anion exchange reaction with LiNTf2 to get 1-(3-methylimidazolium-1-yl)ethane-(trimethylammonium) bis(trifluoromethanesulfonyl)imide, MIC2N111-(NTf2)2, in a form of white solid and 1-(3-methylimidazolium-1-yl)pentane (trimethyl ammonium) bis(trifluoromethanesulfonyl)imide, MICS5N111-(NTf2)2, in a form of light yellow liquid. The structure of the ILs are shown in Figure 4, with n=2,5. The thermal properties were studied and MIC2N111-(NTf2)2 shows solid-liquid transition characteristics, while MICS5N111-(NTf2)2 has one of the lowest solid-liquid transformation temperature among analogues, and thus belongs to the greatest thermally stable ILs [20].

In 2010, Chang and co-workers [21] synthesized seven various
symmetrical and asymmetrical dicationic ILs which contain (µ-oxo) bis[(trichloroferrate(III))] anions, and characterized with regards to their solubility in solvents, crystal structures, and thermal properties. All synthesized ILs were in a form of yellow solid at ambient temperature. The ILs were found to be soluble in polar solvents such as water and methanol. The dication affected the melting point of these ILs by following the order of triphenylphosphonium > pyridinium > imidazolium dications and symmetrical > asymmetrical dicationic ILs. Dicationic ILs with a ring-type head group would have higher melting points attributed to the added π-n stacking, while symmetrical ILs have higher melting points due to easier packing. Besides that, the anion exists in either a linear or a bent form, depending on the dications [22]. In the following year, Chang and co-workers [23] again synthesized various symmetrical and asymmetrical dicationic ILs, but contained tetrachlorocobaltate (II) or tetrachlorormanganate (II) anions. The ILs containing tetrachlorocobaltate (II) anions were in the form of blue solid, while the ILs containing tetrachlorormanganate (II) anions were in the form of white solids. In the study, same trend was found for dicaticonic effect on melting point and also the solubility of the ILs in methanol and water [23].

Heteroanionic dicationic ionic liquids

Heteroanionic dicationic ILs are symmetrical or asymmetrical (head groups) dicationic ILs that have one dication with 2 different anions. In 2010, Chang and co-workers [22] synthesized a series of heteroanionic asymmetrical dicationic ILs by bridging pyridine group with aromatic or aliphatic compounds via alkyl chain of 3 carbons long. The diarions were either PF6-/Br- or NTf2-/Br-. The synthesis of these dicationic ILs involves three steps which are: addition of alkyl chain spacer by reacting pyridine with 1,3-dibromopropane, anion exchange with aromatic or aliphatic compounds via alkyl chain of 3 carbons long.

Then, these heteroanionic dicationic ILs were characterized in term of solubility and thermal stability. These dicaticonic ILs were found to be miscible with water, methanol and ethanol, but immiscible with acetic, ethyl acetate, tetrahydrofuran, diethyl ether, chloroform and hexane. Besides that, these dicationic ILs are miscible with methanol/diethyl ether and methanol/ethyl acetate co-solvents. For thermal properties, the thermal stability of these dicationic ILs affected by different second head groups follow the increasing order of the following: ammonium < piperidinium < imidazolium < pyrrolidinium. While for the anion effect, the dicationic ILs containing PF6-/Br- has higher thermal stability than NTf2-/Br-, which is in contrast with previous homoanionic dicationic ILs finding. This might be due to higher nucleophilicity of bromide anion to attack electrophilic S=O double bond in NTf2- anion in initial weight loss step at elevated temperature [22,24,25].

Application

Currently, dicaticonic ILs are extensively investigated as potential candidates in many application and used as separation material and catalyst candidates. The following sections discuss about their application.

Separation materials

Carbon dioxide, CO2, is a part of natural gas and is produced as fossil fuel and coal gasification product. The concentrated amount of CO2 will lead to pipeline corrosion, decrease in calorific value of the natural gas streams and thus contribute to global warming and climate change. Several methods of CO2 separation was explored including chemical looping, chemical and physical absorption, solid adsorption, cryogenic separation and membrane separation. Among all method, membrane separation technology possesses attractive features such as high energy efficiency, low capital cost, ability to be applied offshore, ease in development of membrane modules and environmental friendly. However, the conventional supported liquid membrane method face several drawbacks such as liquid evaporation, unstable selectivity and flux through membrane. Thus, ionic liquids which has negligible volatility become the main focus as an alternative for supported liquid membrane technology. From [26,27] Studies the application of monocationic imidazolium based supported liquid ionic liquid membrane, SILM, and got high CO2/CH4 selectivity of 25-45 and 100-120, respectively. Shahkaramipour [28] applied dicaticonic imidazolium based SILM for CO2/CH4 separation and compared with monocationic imidazolium based SILM as reference. The results shows that the dicaticonic based SILM show lower values for CO2/CH4 permeability and selectivity than monocationic based SILM due to their higher viscosity. For this separation application, viscosity of the ILs are dominant factor compare to number of cation. Hence, in order to investigate the effect of number of cation, lower viscous dicaticonic ILs could be used such as PEG-functionalized dicationic ILs.

Catalyst

Hydrolysis: Hydrogen has high potential as energy carrier, with an energy density of three times higher than that of petroleum. It releases energy with high efficiency through electro-oxidation reaction in fuel cells, which allows an environmental friendly energy source as an alternative to toxic materials such as cadmium and nickel [29]. It can be stored in a form of molecular hydrogen in tanks and vessels, in a form of atomic hydrogen or in a form of hydride ion in protide compounds such as borohydrides. Sodium borohydride has attracted huge attention as potential hydrogen storage material as it is stable in dry air and easily handled [30]. The hydrolysis of sodium borohydride to form hydrogen could be executed through a catalytic decomposition as shown in Equation 1.

\[
\text{NaBH}_4 + 2\text{H}_2\text{O} \rightarrow \text{NaBO}_2 + 4\text{H}_2
\]  

Chinnapan studied the application of pyridinium-based dicaticonic ILs, namely, 1,1′-hexane-1,6-diyliis (3-methylpyridinium) tetrachloronickelate ([C6(Mpy)_2][NiCl4]), as catalyst. They started by screening between two types of metal halide anions which are [NiCl4]2- and [CoCl4]2- towards the hydrolysis reaction of sodium borohydride and compared with conventional nickel boron (NiB) [31]. They found that the newly synthesized ([C6(Mpy)_2][NiCl4]) generate higher amount of hydrogen eventhough the nickel content was 7 times lower than the conventional NiB catalyst. The catalyst could be reused at least five times and provides 5048 ml hydrogen generation over 23 h [32]. Using homogeneous catalyst for hydrolysis process is beneficial for continuous hydrogen production but face drawback in term of difficulty to stop the reaction for the hydrogen supply on demand [30]. Hence, Chinnapan further utilized the ([C6(Mpy)_2][NiCl4]) catalyst by fabricating various form heterogenous catalyst such as PVDF (poly(vinylidene fluoride))-IL nanofiber composites [33], PVDF(poly(vinylidene fluoride))-IL-PEG (polyethylene glycol)-EGDMA (ethylene glycol dimethacrylate) nanofiber composites [34], IL-MWCNT (multiwalled carbon nanotubes) [35] and rGO (reduced graphene oxide)-IL-CuO (copper oxide) nanocomposites [36]. All form of IL-incorporated heterogenous catalyst showed outstanding
performance in generating hydrogen compared to naked ([C, (Mpy)]
NiCl2) catalyst. Their activation energy in the range of 37.86–46.1 kJ/ mol were significantly lower than that of ([C, (Mpy)]NiCl2) catalyst with activation energy of 67.81 kJ/mol. The activation energy of these heterogeneous catalyst are less than Cobalt (75 kJ/mol) and nickel (71 kJ/mol) [37], nickel powder (62.7 kJ/mol) [38], Ni-Co-B (62 kJ/mol) [39], Ru (56 kJ/mol) [2], Co3O4 (77.96 kJ/mol) [40], Pt/LiCoO2 (70 kJ/ mol) [41], Ru/Graphite (61 kJ/mol) [42], PAN/CoCl2/CNTs (52.85 kJ/ mol) [43] and Ni-Fe-B (57 kJ/mol) [44]. However, they are still higher than Pd-Ni-B (31.1 kJ/mol) [45] and Co-B-TiO2 (30.93 kJ/mol) [47]. Apart from that, they are easily recovered and can be used multiple times, especially PVDIL-PEG-EGDMA nanofiber composites which can be reused at least 9 times with good catalytic activity.

**Biodiesel production:** Biodiesel is a fuel safe, renewable, non-toxic, biodegradable and much less contaminant for the environment than conventional diesel. The common synthetic route of biodiesel production is the transesterification of triglycerides (TG) and esterification of free fatty acid (FFA) with alcohol which is normally either methanol or ethanol. Generally, strong alkali and acid are the most widely used catalyst for the process due to their high catalytic activity. However, they faces several drawbacks where the acid and base processes are often related to decay, emulsification problem and also hazardous to environment. Therefore, the environmental friendly ionic liquids became a good substitute. More importantly, their miscibility and solvation properties can be adjusted by simply altering the cation and anion that results to different polarity [48]. Their conspicuous potential in biodiesel field is obvious as reviews regarding the role of ionic liquids as catalyst, co-catalyst, solvents and deep eutectic solvents (DES) for biodiesel production keep increasing by year [49-54].

Above all, SO3H-functionalized acidic ILs shows excellent performance and high yield of biodiesel as the sulfonic group is the active site that supply H+ for protonation of carboxylic group in the triglycerides or free fatty acids [55-58]. In 2011, Fang [59] synthesized a series of ammonium-based dicationic ILs with dialkylsulfonic group and HS04- anion, and compare their performance as catalyst with monocationic ILs. The best dicationic IL was N,N,N’,N’-tetramethyl-N,N’-dipropylsulfonic acid ethylenediammonium hydrogen sulfate. They found that using dicationic IL as catalyst results to 11% increase of conversion (dicationic IL: 95%, monocationic IL: 85%) at the condition of 70°C, 6 h, n(ethanol):n(oleic acid):n(IL)=1.8:1:0.2. After that, Chang [60] improved the performance by altering the structure of ILs synthesized by Fang. They added long alky chain (C12) on the dication, resulting to 87% of conversion with 10 times lower amount of IL at a better reaction condition (60°C, 4 h, n(methanol):n(oil):n(IL)=9:1:0.1). These results show that, besides the number of sulfonic group (active site), the way towards the performance of ILs as catalyst, such that the mass transfer for reaction may increase.

Compare to acidic ionic liquids, basic ionic liquids are famous for being able to catalyzed transesterification reaction in a shorter time, even though with the requirement that the free fatty acids present in the feedstock should be as low as 0.5% to prevent saponification. For basic catalyzed reaction, OH- anion is the active site as it will start attacking the methanol molecule by taking away H+ and OH- anion is the active site as it will start attacking the methanol molecule by taking away H+. This nucleophilic methoxide ion (CH3O-) will then attack the carbonyl group to complete transesterification reaction. Several researchers synthesized imidazolium-based monocationic and dicationic basic ionic liquids as shown in Table 1 [5,14,61-66].

Based on the results in Table 1, the monocationic IL, 1-butyl-3-methylimidazolium hydroxide, BM1MOH, were able to catalyzed transesterification reaction in a very short time (50-70 min) compared to monocationic acidic ILs (~6 h), except for reaction done by Zhou
In 2010, Liang [14] synthesized a series of dicationic hydroxide basic ILs for the production of biodiesel from Cottonseed oil, where bis-(3-methyl-1-imidazole)-ethylene dihydroxide (Et[MIm]_2[OH]) was found to be the best catalyst. At the first reaction executed for 2 h, the conversion achieved 91%, [14] which is almost similar to conversion of reaction catalyzed by monocationic basic IL, 1-ethyl-3-methylimidazolium dihydrogensulfate [62]. Eventhough the dicationic ILs take double the time taken by monocationic ILs to catalyzed the reaction for the same conversion, the monocationic ILs used was 9 times the dicationic ILs to get the result. The reaction was optimized to get 98.5% conversion in 4 h [14]. Therefore, the use of dicationic basic ILs as catalyst significantly improved the performance in converting cottonseed oil to biodiesel. Besides hydroxide basic ILs, imidazolide basic ILs were also chosen as basic ILs catalyst candidate for the transesterification reaction. Li [5] synthesized monocationic imidazolide basic IL, namely, 1-butyl-3-methylimidazolium imidazolide ([BMIm][Im]), for the production of biodiesel from soybean oil. 95.8% conversion was achieved after 1 h at mild condition (60°C). On the other hand, Fan [66] enhanced the reaction by utilizing dicationic imidazolide basic ILs to get a conversion as high as 99.6%, using half amount of IL at the same temperature. All monocationic and dicationic basic ILs could be recycled for 5-7 times without significant loss. During the recovery of catalyst, the number of catalytic active site reduced. This is because glycerol attached to the catalyst may not be completely detached and partially transformed to carbonaceous deposition due to high temperature distillation which covers the active sites [14].

In general, using dicationic ILs improved the conversion of feedstock to biodiesel as it provides more active site for the reaction to happen. In addition, the separation and recovery of dicationic ILs are easier than monocationic ILs as many of dicationic ILs are in solid form, while monocationic ILs are in liquid form.

**Esterification of carboxylic acid:** Esterification of carboxylic acid with alcohol or alkyl halides is one of the most fundamental and commonly employed reactions in chemistry. The esterification processes are extensively applied in industry for a variety of desired end-products such as fatty acids, paints, flavors, fragrances, monomers, polymers, plasticizers and medicinal agents [67]. Conventionally, esterification reaction are usually catalyzed by mineral acids, Bronsted acids, Lewis acids, ion exchange resins and zeolites. However, the traditional catalyst faces several drawbacks such as the mineral acids are extremely corrosive and require large effort in removal and neutralizing them with a huge amount of base at the end [68]. Besides that, the traditional catalyst are also costly, toxic, complex, hardly-acquired, volatile and difficult to be separated from products [69]. Therefore, the green ionic liquids received a great deal of attention as alternative catalyst. There are several researchers published papers regarding dicationic ILs as catalyst for esterification of carboxylic acid with alkyl halide or alcohol [70-73], Table 2 (entries 4-6) simplify the results obtained by them. The table list the best ILs catalyst with the reaction conditions. However, they did not compare the performance of their dicationic ILs with monocationic ILs with the same head group. Therefore, performance of several monocationic ILs (with almost the same structure with the dicationic ILs) as catalyst are compared. In general, dicationic ILs

Table 1: Transesterification reaction by basic ILs.

| No. | IL         | Oil            | Temperature (°C) | Time   | MeOH:Oil ratio | IL amount (%) | Conversion (%) | Reusability | References       |
|-----|------------|----------------|------------------|--------|----------------|---------------|---------------|-------------|-----------------|
| 1   | BMImOH    | Cornus Wilsoniana fruit oil | 60               | 70 min | 6              | 0.9 mol%      | 96.4          | 6           | Li [62]         |
| 2   | BMImOH    | Castor oil     | 40               | 60 min | 6              | 1.0 mol%      | 95.0          | 6           | Zhang [5]       |
| 3   | BMImOH    | Glycerol trioleate | 120              | 8 h    | 9              | Not reported  | 87.2          | 6           | Zhou, Liu et al. [64] |
| 4   | BMImOH    | Rapeseed oil   | 150              | 4 h    | 16             | 6.0 wt%       | 96.2          | 5           | Han [60]        |
| 5   | BMImOH    | Cottonseed oil | 55               | 50 min | 6              | 3.5 mol%      | 90.0          | 6           | Zhou [61]       |
| 6   | BMImOH    | Cottonseed oil | 55               | 4 h    | 12             | 0.4 mol%      | 98.5          | 7           | Liang, Ren et al. [13] |
| 7   | BMImOH    | Soybean oil    | 60               | 1 h    | 6              | 8.0 wt%       | 95.8          | Not reported | Li [63]         |
| 8   | BMImOH    | Soybean oil    | 60               | 2.5 h  | 15             | 4.0 wt%       | 99.6          | 5           | Fan [65]        |

Table 2: Esterification of carboxylic acid by monocationic and dicationic ILs.

| No. | IL         | Oil            | Temperature (°C) | Time   | Yield | References       |
|-----|------------|----------------|------------------|--------|-------|-----------------|
| 1   | BMImOH    | Cornus Wilsoniana fruit oil | 60               | 70 min | >95%  | Brinchi [70]     |
| 2   | BMImOH    | Castor oil     | 40               | 60 min | >95%  | Deng [69]       |
| 3   | BMImOH    | Glycerol trioleate | 120              | 8 h    | >95%  | Chen [71]       |
| 4   | BMImOH    | Rapeseed oil   | 150              | 4 h    | >95%  | Zhao, Liu et al. [72] |
| 5   | BMImOH    | Rapeseed oil   | 150              | 4 h    | >95%  | Muskaraw, Themnozhi et al. [73] |
| 6   | BMImOH    | Cottonseed oil | 55               | 50 min | >95%  | Chinnappan and Kim [32] |

[65] and Han [61] that require 8 h and 4 h to get high conversion, respectively. It is worth to note that the two reactions were done at far higher temperature (120°C and 150°C) compare to others (40-60°C). The longer reaction time taken by BMImOH to catalyze the reaction at high temperature could be explained by the instability of hydroxide basic ILs at high temperature.
could catalyzed the esterification reaction at lower temperature (25-72°C) in a shorter time (18 min to 2.5 h) with satisfactory yield (91-93%) as compared to monocationic ILs (temperature 80-90°C, time 2 h, yield 87-96%).

Conclusion
Even though, the first dicationic ILs were synthesized over 10 years ago, the utilization of these dicationic ILs for any application are still very less. However, compared to conventional monocationic ILs, dicationic ILs possess higher melting point, wider liquid range, and better thermal stability. The structure of dicationic ILs also can be tuned to become either homooanionic or heteroanionic symmetrical or asymmetrical dicationic ILs. Therefore more type of ILs with more functional group can be synthesized for a wider application area or even improved current application. However, the performance of these dicationic ILs in all application should be compared with monocationic ILs with the same head or structure in order to evaluate and prove the enhancement made by the dicationic ILs. Besides that, since many of the chemical reaction and separation processes used in industry require the use of a large amount of ionic liquids, the study on toxicity of these dicationic ILs should be taken into account. The number of recyclability also should be done in maximum to reduce the cost of production as a whole.

Acknowledgement
The authors acknowledge the Centre of Research in Ionic Liquids (CORIL) and Chemical Engineering Department, Universiti Teknologi PETRONAS for their support in conducting this study.

References
1. Aghabarari B, Doroskar N, Ghiaci M, Amini SG, Rahimi E, et al. (2014) Estersification of fatty acids by new ionic liquids as acid catalysts. Journal of the Taiwan Institute of Chemical Engineers 45: 431-435.
2. Amendola SC, Sharp-Goldman SL, Janjua MS, Spencer NC, Kelly MT, et al. (2000) A safe, portable, hydrogen gas generator using aqueous borohydride solution and Ru catalyst. International Journal of Hydrogen Energy 25: 969-975.
3. Plechkova NV, Seddon KR (2008) Applications of ionic liquids in the chemical industry. Chemical Society Reviews 37: 123-150.
4. Plechkova NV, Rogers RD, Seddon KR (2008) Ionic liquids: from knowledge to application. American Chemical Society.
5. Sun H, Zhang D, Liu C, Zhang C (2009) Geometrical and electronic structures of the dication and ion pair in the geminal dicationic ionic liquid 1,3-bis[3-methylimidazolium-yl]propane bromide. Journal of Molecular Structure: Theochem 900: 37-43.
6. Galinski M, Lewandowski A, Stepien I (2006) Ionic liquids as electrolites. Electrochimica Acta 51: 5567-5580.
7. Hough WL, Smiglak M, Rodriguez H, Swatloski RP, Spear SK, et al. (2007) The third evolution of ionic liquids: active pharmaceutical ingredients. New Journal of Chemistry 31: 1429-1436.
8. Kogelnik D, Stojanovic A, Kammer Fvd, Terzieff P, Galanski M, et al. (2010) Tetrachloroferrate containing ionic liquids: Magnetic- and aggregation behavior. Inorganic Chemistry Communications 13: 1485-1488.
9. Kore R, Srivastava R (2013) A simple, eco-friendly and recyclable bi-functional acidic ionic liquid catalysts for Beckmann rearrangement. Journal of Molecular Catalysis A: Chemical 376: 90-97.
10. Wasserscheid P, Welton T (2008) Outlook. Ionic Liquids in Synthesis, Willey-VCH Verlag GmbH & Co. KGaA: 689-704.
11. Ratti R (2014) Ionic Liquids: Synthesis and Applications in Catalysis. Advances in Chemistry 2014: 16.
12. Payagala T, Huang J, Brettbach ZS, Sharma PS, Armstrong DW (2007) Unsymmetric Dicationic Ionic Liquids: Manipulation of Physicochemical Properties Using Specific Structural Architectures. Chemistry of Materials 19: 5848-5850.
13. Liang JH, Ren XQ, Wang JT, Jinag M, Li ZJ (2010) Preparation of biodiesel by transesterification from cottonseed oil using the basic dication ionic liquids as catalysts. Journal of Fuel Chemistry and Technology 36: 275-280.
14. Wei-Li D, Bi J, Sheng-Lian L, Xu-Biao L, Xin-Man T, et al. (2014) Polymer grafted with asymmetrical dication liquid ionic liquid as efficient and reusable catalysts for the synthesis of cyclic carbonates from CO2 and epoxides. Catalysis Today 233: 92-99.
15. Anderson JL, Ding R, Ellern A, Armstrong DW (2005) Structure and properties of high stability geminal dicationic ionic liquids. Journal of the American Chemical Society 127: 593-604.
16. Zhang Z, Yang L, Luo S, Tian M, Tachibana K (2007) Ionic liquids based on aliphatic tetracyl ammonium dications and TFSI anion as potential electrolytes. Journal of Power Sources 175: 219-222.
17. Shirita H, Mandai T, Fukazawa H, Kato T (2011) Comparison between Dicationic and Monocationic Ionic Liquids: Liquid Density, Thermal Properties, Surface Tension, and Shear Viscosity. Journal of Chemical & Engineering Data 56: 2453-2459.
18. Ding YS, Zha M, Zhang J, Wang SS (2007) Synthesis, characterization and properties of geminal imidazolium ionic liquids. Colloids and Surfaces A: Physicochemical and Engineering Aspects 285: 201-205.
19. Zhang ZX, Zhou HY, Yang L, Tachibana K, Kamijima K, et al. (2008) Asymmetrical dicationic ionic liquids based on both imidazolium and aliphatic ammonium as potential electrolyte additives applied to lithium secondary batteries. Electrochimica Acta 53: 4833-4838.
20. Chang JC, Ho WY, Sun IW, Chou YK, Hsieh HH, et al. (2010) Synthesis and properties of new (μ-oxo)bis[chloroferrate(Ill)] diion salts incorporated with dicationic moiety. Polyhedron 29: 2976-2984.
21. Chang JC, Ho WY, Sun IW, Tung YL, Tsai MC, et al. (2010) Synthesis and characterization of dicationic ionic liquids that contain both hydrophilic and hydrophobic anions. Tetrahedron Letters 66: 6150-6155.
22. Chang JC, Ho WY, Sun IW, Chou YK, Hsieh HH, et al. (2011) Synthesis and properties of new tetrachloroferrobaltalate (II) and tetrachloromanganate (II) anion salts with dicationic counterions. Polyhedron 30: 497-507.
23. Holman RW (2003) The Art of Writing Reasonable Organic Reaction Mechanisms, 2nd Edition (Grossman, Robert B) Journal of Chemical Education 80: 1259.
24. Vollhardt KPC, Schore NE (2007) Organic Chemistry: Structure and Function, W. H. Freeman.
25. Camper D, Bara JE, Gin DL, Noble RD (2008) Room-temperature ionic liquid-amine solutions: tunable solvents for efficient and reversible capture of CO2. Industrial & Engineering Chemistry Research 47: 8498-8498.
26. Chinnappan A, Kim H (2012) Environmentally benign catalyst: Synthesis, characterization, and properties of pyridinium dicaticonic molten salts (ionic liquids) and use of application in esterification. Chemical Engineering Journal 187: 283-288.
27. Chinnappan A, Kim H, Baskar C, Huang IT (2012) Hydrogen generation from the hydrolysis of sodium borohydride with new pyridinium dicaticonic salts containing transition metal complexes. International Journal of Hydrogen Energy 37: 5983-5997.
28. Liu BH, Li ZP (2009) A review Hydrogen generation from hydroborylhyde hydrogen reaction. Journal of Power Sources 187: 527-534.
29. Chinnappan A, Kim H (2012) Environmentally benign catalyst: Synthesis, characterization, and properties of pyridinium dicaticonic molten salts (ionic liquids) and use of application in esterification. Chemical Engineering Journal 187: 283-288.
30. Chinnappan A, Kim H, Baskar C, Huang IT (2012) Hydrogen generation from the hydrolysis of sodium borohydride with new pyridinium dicaticonic salts containing transition metal complexes. International Journal of Hydrogen Energy 37: 10240-10248.
31. Chinnappan A, Kim H (2012) Nanocatalyst Electropun nanofibers of PVDF-Dicationic tetrachloronickelate(II) anion and their effect on hydrogen generation from the hydrolysis of sodium borohydride. International Journal of Hydrogen Energy 37: 18851-18859.
32. Chinnappan A, Jadhav AH, Puguan JMC, Ntimoah RA, Kim H (2015) Fabrication of ion liquid polymer nanoscale networks by electrospinning and
chemical cross-linking and their application in hydrogen generation from the hydrolysis of NaBH₄, Energy 79: 462-468.

34. Chinnappan A, Puguan JMC, Chung WJ, Kim H (2015) Hydrogen generation from the hydrolysis of sodium borohydride using chemically modified multilayered carbon nanotubes with pyridinium based liquid ion and decorated with highly dispersed Mn nanoparticles. Journal of Power Sources 293: 429-436.

35. Chinnappan A, Nilamoa RA, Chung WJ, Kim H (2016) Ionic liquid functionalized graphene oxide decorated with copper oxide nanostuctures towards H₂ generation from sodium borohydride. International Journal of Hydrogen Energy 41: 14451-14457.

36. Kaufman CM, Sen B (1985) Hydrogen generation by hydrolysis of sodium tetrahydroborate: effects of acids and transition metals and their salts. Journal of the Chemical Society, Dalton Transactions 2: 307-313.

37. Liu BH, Li ZP, Suda S (2006) Nickel- and cobalt-based catalysts for hydrogen generation by hydrolysis of borohydride. Journal of Alloys and Compounds 415: 288-293.

38. Ingersoll JC, Mani N, Thennozhiyal JC, Muthaiah A (2007) Catalytic hydrolysis of sodium borohydride by a novel nickel-cobalt-boride catalyst. Journal of Power Sources 173: 450-457.

39. Krishnan P, Advani SG, Prasad AK (2008) Cobalt oxides as Co₂B catalyst precursors for the hydrolysis of sodium borohydride solutions to generate hydrogen for PEM fuel cells. International Journal of Hydrogen Energy 33: 7095-7102.

40. Kojima Y, Suzuki K, Fukumoto K, Sasaki M, Yamamoto T, et al. (2002) Hydrogen generation using sodium borohydride solution and metal catalyst coated on metal oxide. International Journal of Hydrogen Energy 27: 1029-1034.

41. Liang Y, Dai HB, Ma LP, Wang P, Cheng MN (2010) Hydrogen generation from sodium borohydride solution using a ruthenium supported on graphite catalyst. International Journal of Hydrogen Energy 35: 3023-3028.

42. Li F, Arthur EE, La D, Li Q, Kim H (2014) Immobilization of Co₃C₁₇ (cobalt chloride) on PAN (polyacrylonitrile) composite nanofiber mesh filled with carbon nanotubes for hydrogen production from hydrolysis of NaBH₄ (sodium borohydride) Energy 71: 32-39.

43.Nie M, Zou YC, Huang YM,Wang JQ (2012) Ni-Fe-B catalysts for NaBH₄ hydrolysis. International Journal of Hydrogen Energy 37: 1568-1576.

44. Liu W, Cai H, Lu P, Xu Q, Zhongfu Y, et al. (2013) Polymer hydrogel supported Ru-N-B nanocatalysts as robust catalysts for hydrogen production from hydrolysis of sodium borohydride. International Journal of Hydrogen Energy 38: 9026-9026.

45. Zahnkiran M, Ozkar S (2009) Zeolite-Confined Ruthenium(0) Nanoclusters Catalyst: Record Catalytic Activity, Reusability, and Lifetime in Hydrogen Generation from the Hydrolysis of Sodium Borohydride. Langmuir 25: 2667-2678.

46. Cheng J, Xiang C, Zou Y, Chu H, Qiu S, et al. (2015) Highly active nanoporous Co-B-TiO₂ framework for hydrolysis of NaBH₄. Ceramics International 41: 899-905.

47. Muhammad N, Elsheikh YA, Murtalib MIA, Bazmi AA, Khan RA, et al. (2015) An overview of the role of ionic liquids in biodiesel reactions. Journal of Industrial and Engineering Chemistry 21: 1-10.

48. Welton T (2004) Ionic liquids in catalysis. Coordination Chemistry Reviews 248: 2459-2477.

49. Liu CZ, Wang F, Stiles AR, Guo C (2012) Ionic liquids for biofuel production: Opportunities and challenges. Applied Energy 92: 406-414.

50. Fauzi AHM, Amin NAS (2012) An overview of ionic liquids as solvents in biodiesel synthesis. Renewable and Sustainable Energy Reviews 16: 5770-5786.

51. Puri M, Abraham RE, Barrow CJ (2012) Biofuel production: Prospects, challenges and feedstock in Australia. Renewable and Sustainable Energy Reviews 16: 6022-6031.

52. Yan Y, Li X, Wang G, Gui X, Li G, et al. (2014) Biotechnological preparation of biodiesel and its high-valued derivatives: A review. Applied Energy 113: 1614-1631.

53. Man Z, Elsheikh YA, Bustam MA, Yusup S, Murtalib MIA (2013) A Bronsted ammonium ionic liquid-KOH two-stage catalyst for biodiesel synthesis from crude palm oil. Industrial Crops and Products 41: 144-149.

54. Ghiaci M, Aghabarani B, Habibollahi S, Gil A (2011) Highly efficient Bronsted acidic ionic liquid based catalysts for biodiesel synthesis from vegetable oils. Bioresource Technology 102: 1200-1204.

55. Zhen B, Jiao Q, Wu Q, Li H (2014) Catalytic performance of acidic liquid-functionalized silica in biodiesel production. Journal of Energy Chemistry 23: 97-104.

56. Wan H, Wu Z, Chen W, Guan G, Cai Y, et al. (2015) Heterogenization of ionic liquid based on mesoporous material as magnetically recyclable catalyst for biodiesel production. Journal of Molecular Catalysis A: Chemical 396: 127-132.

57. Olikiewicz M, Pлечkova NV, Earle MJ, Fabregat A, Stuber F, et al. (2016) Biodiesel production from sewage sludge lipids catalysed by Bronsted acidic ionic liquids. Applied Catalysis B: Environmental 181: 738-746.

58. Fang D, Yang J, Jiao C (2011) Dicaticonic Ionic Liquids as Environmentally Benign Catalysts for Biodiesel Synthesis. ACS Catalysis 1: 42-47.

59. Chang T, He L, Zhang X, Yuan M, Qin S, et al. (2015) Bronsted acid surfactant-combined dicaticonic ionic liquids as green catalysts for biodiesel synthesis from free fatty acids and alcohols. Chinese Journal of Catalysis 36: 982-986.

60. Han LBG, Wang H, Li M (2010) China Oils and Fats 35: 47.

61. Zhou FLJ, Zhang H, Chen F, Gao J (2010) Cereals and Oils Processing 9: 48.

62. Li CZA, Xiao Z, Jiang L, Li P (2011) Journal of Central South University of Forestry & Technology as Catalyst 31: 36.

63. Li XYW, Zhao H, Li C (2012) ACAT Petrolesinica (Petroleum Processing Section) 28: 200.

64. Zhou S, Liu L, Wang B, Xu F, Sun RC (2012) Biodiesel preparation from transesterification of glycerol trioleate catalyzed by basic ionic liquids. Chinese Chemical Letters 23: 379-382.

65. Fan M, Yang J, Jiang P, Zhang P, Li S (2013) Synthesis of Novel Dicaticonic Basic Ionic Liquids and Its Catalytic Activities for Biodiesel Production. RSC Advances 3: 752-756.

66. McNulty J, Cheekooni S, Nair JJ, Larichev V, Capretta A, et al. (2005) A mild esterification process in phosphonium salt ionic liquid. Tetrahedron Letters 46: 3641-3644.

67. Leng Y, Jiang P, Wang J (2012) A novel Bronsted acidic heteropolyanion-based polymeric hybrid catalyst for esterification. Catalysis Communications 25: 41-44.

68. Gui J, Cong X, Liu D, Zhang X, Hu Z, et al. (2004) Novel Bronsted acidic ionic liquid as efficient and reusable catalyst system for esterification. Catalysis Communications 5: 473-477.

69. Deng Y, Shi F, Beng J, Giao K (2001) Ionic liquid as a green catalytic reaction medium for esterifications. Journal of Molecular Catalysis A: Chemical 165: 33-36.

70. Brinch L, Germani R, Savelli G (2003) Efficient esterification of carboxylic acids with alkyl halides catalyzed by fluoride ions in ionic liquids. Tetrahedron Letters 44: 6583-6586.

71. Chen SH, Yang FR, Wang MT, Wang N (2010) Synthesis characterization and crystal structure of several novel acidic ionic liquids based on the corresponding 1-alkylbenzimidazole with tetrafluoroboric acid. Comptes Rendus Chimie 13: 1391-1396.

72. Zhao D, Liu M, Zhang J, Li J, Ren P (2013) Synthesis, characterization, and properties of imidazole dicatonic ionic liquids and their application in esterification. Chemical Engineering Journal 221: 99-104.

73. Muskawar PN, Thennozhi K, Gajbiye JM, Bhagat PR (2014) Facile esterification of carboxylic acid using amide functionalized benzimidazolium dicaticonic ionic liquids. Applied Catalysis A: General 482: 214-220.